We are IntechOpen, the world’s leading publisher of Open Access books
Built by scientists, for scientists

6,600
Open access books available

177,000
International authors and editors

195M
Downloads

154
Countries delivered to

TOP 1%
Our authors are among the most cited scientists

12.2%
Contributors from top 500 universities

WEB OF SCIENCE™
Selection of our books indexed in the Book Citation Index in Web of Science™ Core Collection (BKCI)

Interested in publishing with us?
Contact book.department@intechopen.com

Numbers displayed above are based on latest data collected.
For more information visit www.intechopen.com
Chapter 10

Theobroma cacao Peel Extract as the Eco-Friendly Corrosion Inhibitor for Mild Steel

Yuli Yetri, Gunawarman, Emriadi and Novesar Jamarun

Abstract

Corrosion control for metals has technical, economical, environmental, and aesthetical importance. The use of corrosion inhibitors from natural product is one of the best ways to slow the rate of corrosion of metals and alloys. The use of extract inhibitors from natural product is the best alternative because it does not contain heavy metals and is nontoxic, environmentally friendly, biodegradable, easy to obtain, inexpensive, and available in large quantities. The organic compounds contained in the extracts of natural products such as tannins, amino acids, phenolics, and alkaloids contain heteroatomic groups, which can inhibit corrosion rate and are interesting to study. With the development of science and technology, many methods are used to protect the corrosion, such as electroplating and coating, and organic inhibitor shows real promise such as Theobroma cacao peel extract. Although substantial research has been devoted to corrosion inhibition by plant extracts, reports on the detailed mechanisms of the adsorption process and identification of the active ingredient are still scarce. The addition of polar extract of cacao peel into a solution of HCl 1.5 M is very effective to reduce the attack surface corrosion on mild steel and can maintain its mechanical properties. This chapter consciously restricts itself mainly to plant materials, especially Theobroma cacao peel extract, as green corrosion inhibitors.

Keywords: Theobroma cacao, corrosion inhibitor, plant product, coating

1. Introduction

Nowadays, steels are applied in a variety of needs, like constructions, buildings, bridges, cars, industry tools and installation such as water treatment, oil and waste. The steel is chosen as it is accessible and easily fabricated with high tensile strength. Nevertheless, the most weaknesses of this steel are easily undergone corrosion in corrosive medium [1], like in acid environmental condition during the acid cleaning process, acid solution transportation,
storage, de-scaling, and pickling process. The frequently used acid solution in pickling process by industry is hydrochloride acid [2].

Corrosion problem is a major and serious one as it is related with the working safety, economics, environmental damage, and health. Generally, industry takes the above-average steel, which is made from mild steel. The lost caused by this corrosion in Indonesia is huge, reaching 1.5 billion rupiah per year. Some estimate that this loss is up to 2–3.5% of the GNP. This cost included the maintenance expense, the replacement for the material, working hours, and the lost benefits due to the stop of production, customer dissatisfaction, administration fee, physical lost, and health treatment [3].

In order to reduce the loss because of the corrosion on the steel, the protection for the steel should be done. Many attempts have been made to slow the corrosion rate such as coating, material selection, changing the environmental condition, design selection, painting, anodic and cathodic protection, and inhibitor substance addition into corrosive medium [4]. A frequently used way in preventing the corrosion is taking a particular inhibitor. This corrosion inhibitor derives from organic and inorganic substances which consist of groups of free electron or substances with heteroatom group of P, N, S, O like nitrate, chromate, phosphate, urea, phenylalanine, imidazoline, and amine compounds for inorganic one. The functional group within this compound can be adsorbed on the steel surface, and then, it is bonded to another, forming the film layers, which can inhibit corrosion reaction. In fact, synthetic material that is used as inhibitors is dangerous to living organisms, relatively high in price, and environmentally harmful [5]. Organic compound like polyphenol derives from natural extract or natural products. They are an easy-to-use natural material which can be used as an alternate inhibitor as it is safe, readily available, biodegradable, low cost, and eco-friendly [2, 6].

Recently, there have been many researches that focus on finding a new source for corrosion inhibitor particularly on plants. Parts of the plants that can be taken for the research are leaves, barks, fruits, heartwoods, or roots. Several extracts of natural product that have been studied as eco-friendly corrosion inhibitors can be seen in Table 1.

On another side, Indonesia is well known as the largest cacao producer in the world, certainly resulting in the largest solid waste as well. The production of this waste reaches 60–70% of the total fruit production or six times of the dried cacao peels production [24]. In 2013, cacao production was 800,000 ton with 600,000 ton waste. By having the National Cacao Movement in the area of 1.6 million acres, it is estimated that in 2014, the production increases into 1.1 million ton. The raise in production is in the synergy with the raise of dried cacao peels into 825,000 ton [25]. As the government program becomes priority to recycle the waste into useful products, the use of this cacao peel waste becomes the corrosion inhibitor, which is one of the alternatives to reduce the pollution. Cacao peel extract contains several chemical compounds such as flavonoid or condensed tannin like antosianin, tannin, catechin, and leucoanthocyanidin. Tannin is a complex organic compound which consists of polyphenol and has a number of hydroxy groups where sometimes it occurs in the form of glycosides. Tannin is known as tannic acid or galatanat acid. As the inhibitor, it can replace the use of lead oxide or chromate, which is frequently added into paint for protecting steel corrosion [23]. Not many has paid attention on the use of cacao peel extract which acts as the inhibitor on mild steel, and it is documented, whereas its waste is readily available in great number. Thus, in order to balance
and preserve the nature, the use of this waste should be applied more in order to be useful, like to be the eco-friendly inhibitor.

The object of this study is mild steel. It can be found on public needs for example railings, concrete bailout, and others; however, it easily undergoes corrosion. The corrosive medium used in this study is hydrochloric acid, and cacao peel extract acts as the inhibitor which slows down the corrosion rate.

Inhibition efficiency on cacao peel extract in chloride acid medium is set by applying the weight loss method, whereas its inhibition mechanism was learned based on Gibbs adsorption free energy analysis (\(\Delta G_{ads}\)), the value of activation energy (\(E_a\)), SEM, EDX, FT-IR corrosion product spectrum analysis, and electrochemical parameters which derive from potentiodynamic polarization method and electrochemical impedance spectroscopy (EIS). However, for its inhibition effect on mechanical property, the hardness and tensile tests are applied.

2. Corrosion inhibitor

Corrosion inhibitor is the solution which is added in inconsiderable quantity to slow down or to prevent the reaction between the steel with its medium. The inhibitor has a role to form the

| No. | Metal       | Inhibitor source         | Media corrosive | Inhibition efficiency (%) | Reference |
|-----|-------------|--------------------------|-----------------|---------------------------|-----------|
| 1   | Mild steel  | Lawsonia inermis         | HCl             | 92.06                     | [2]       |
| 2   | Steel       | Azadirachta indica leaves| HCl             | 60.40                     | [7]       |
| 3   | Mild steel  | Palicourea guianensis    | HCl             | 89.00                     | [8]       |
| 4   | Mild steel  | Murraya koenigii leaves  | HCl, H\(_2\)SO\(_4\) | 94.50                     | [9]       |
| 5   | Steel       | Phyllanthus amarus       | H\(_2\)SO\(_4\) | 98.00                     | [10]      |
| 6   | Carbon steel| Pachycormus leaves       | HCl             | 93.50                     | [11]      |
| 7   | Mild steel  | Emblica officinalis leaves| HCl            | 88.60                     | [12]      |
| 8   | Mild steel  | Euphorbia hirta leaves   | H\(_2\)SO\(_4\) | 90.90                     | [13]      |
| 9   | Mild steel  | Ananas comosus L         | HCl             | 91.02                     | [14]      |
| 11  | Steel       | Prospis cineraria        | HCl             | 86.67                     | [15]      |
| 12  | Mild steel  | Uncaria gambir           | HCl             | 86.45                     | [16]      |
| 13  | Mild steel  | Acacia Senegal           | HCl             | 90.32                     | [17]      |
| 14  | Mild steel  | Argan hulls              | HCl             | 97.30                     | [18]      |
| 15  | Mild steel  | Centella asiatica        | HCl             | 95.08                     | [19]      |
| 16  | Mild steel  | Laurus nobilis           | H\(_2\)SO\(_4\) | 87.60                     | [20]      |
| 17  | Mild steel  | Musa acuminate           | HCl             | 96.00                     | [21]      |
| 18  | Mild steel  | Dodonaea viscosa         | HCl             | 94.40                     | [22]      |
| 19  | Mild steel  | Theobroma cacao peels    | HCl             | 96.26                     | [23]      |

Table 1. Green inhibitors used for corrosion inhibition of metal.
barrier from one or several molecular layers on the acid attack, salt, and other corrosive environment [26]. Sulfur and nitrogen containing heterocyclic with their varied substituent are effective as the corrosion inhibitor. Inorganic compounds such as phosphate, chromate, dichromate, silicate, borate, molybdate, and arsenate compound have been found effective as the steel corrosion inhibitor. Pyrrole and its derivatives are shown as the best protection to corrosion in acidic medium. The major weakness of this inorganic inhibitor is its toxicity, inorganic products, difficulty to degrade, and containing heavy metal. The safest alternative in reducing the corrosion rate is by using inorganic compound which consists of polar function group like nitrogen, sulfur, and oxygen, where they can be used as an effective inhibitor [27]. This corrosion inhibitor works effectively to prevent the corrosion rate in various ways, and the inhibitor adsorption on the steel surface is one of the mechanisms for anodic corrosion inhibitor. The adsorption that occurred is physiosorption and chemisorption or chemisorption, which is proceeded by physisorption. However, the adsorption occurred is up to the inhibitor structure itself, the type of the steel, and the media condition (pH, temperature, and inhibitor’s number) [28].

The plant extract contains heteroatom organic compound that can slow down the corrosion rate; meanwhile, O, N, S, and P are the active center of adsorption process on steel layer [27, 29, 30]. The presence of free pair of electron in inhibitor molecule causes the electron transfer from inhibitor toward the steel surface as the coordination of covalent bond is formed. The characteristics of this compound inhibition are derived from the molecular adsorption ability, and polar group acts as the reaction center on adsorption process. The resulted layers of adsorption separate the steel from the corrosion media [31, 32].

Nevertheless, the nutrition in the cacao peels is considered high enough, and the waste of cacao production also contains alkaloid theobromine compounds (3,7 dimethyl xanthine), flavonoid or condensed tannin such as antosianin, tannin, katekin, and leucoanthocyanin [33–38]. Tannin, which is present in cacao peels, contains active group functioned as corrosion inhibitor [36].

Tannin compound is able to form complex with steel(II) and steel(III). Steel(II) complex tannin is colorless, dissolved, and oxidized easily. In the presence of oxygen, it turns this complex into steel(III) complex tannin which is called tannat. The newly formed compound is well known as organometallic surface complex. It is the one that clings onto the steel surface and prevents the further corrosion process as this complex is absorbed onto the steel surface and protects it [33].

3. Research method

The equipment for this study is as follows: measuring cups, analytical balance, digital caliper, grindstone, oven, Heidolph WB 2000 rotary evaporator, hot plate, cutting machine, sand paper with the roughness of 80, 120, 400, 600, 1000, 1500 mesh, 3 mm drilling machine, electron microscope, Foundry-Master Xpert Spectrometer, GCMS-QP2010S SHIMADZU, LC-MS-QMicro QAA 842, Potentiostat eDAQ, Potentiostat/Galvanostate AUTOLAB PGSTAT 320 N Electrochemical Impedance Spectroscopy (EIS), Perkin Elmer System 2000 Fourier Transform Infrared Spectroscopy (FTIR), Hitachi S3400 N Scanning Electron Microscopy (SEM) and SEM-EDX by using EMAX software, Universal Testing Machine type RAT-30P CAP, and Rockwell Hardness Tester TH 550.
4. Results and discussion

4.1. Analysis of chemical composition and microstructure of mild steel

The chemical composition of used mild steel in this study is 0.32% C, 97.8% Fe, 0.22% Si, 0.10% Cr, 0.20% Mo, 0.90% Mn, 0.06% S, 0.30% Cu, and 0.07% P. It is referred to AISI 1035 (ASM) steel standard and supported by microstructure of mild steel testing as seen in Figure 1. This microstructure consists of the white color ferrite and the black color pearlite with a ratio of 1:2. This condition shows that the mild steel used in this study contains lesser Fe$_3$C than pure Fe; therefore, it is resilient [39].

4.2. Analysis of methanol extract of cacao peels

The testing result of phytochemical shows that cacao peel extract contains secondary metabolite compound such as alkaloid, terpenoid, phenolic, flavonoid, and steroid. Further identification is analyzed by using GC–MS. GC–MS spectra result before fractionation indicates that cacao peel extract contains of 42 dominant compounds (spectra peak). To identify the inhabitance of polar compound in cacao peel extract that acts as inhibitor, further analysis using LC–MS is carried out. The LC–MS identification results 10 dominant peaks as seen in Figure 2 and Table 2. Table 2 displays the compounds which are identified by LC–MS containing compounds with higher molecular weight referred to fragmented ion and molecule ion from the testing data [40]. These compounds have heteroatom group which functions as the corrosion inhibitor as well [26].

4.3. Analysis of Fourier transform infrared

FTIR analysis is carried out on cacao peels, free extract corrosion product, and corrosion product with cacao peel extract in HCl 1.5 M solution. Several peaks on those three spectra undergo friction; however, amount of peaks are occurred on almost similar frequency or adjacent. Identified functional group from cacao peel extract is phenolic, aromatic ring, and

![Figure 1. Microstructure of mild steel sample displayed: (a) 20×, (b) 50×, and (c) 100× magnification.](image-url)
ether [41]. Some of these functional groups are appeared in corrosion product but with a slight shift of frequency friction. The occurrence of friction and the disappearance of several peaks on particular frequency indicate that there is interaction between cacao peel extract and mild steel in HCl 1.5 M solution. The result shows the interaction and chemical bound between extract compound and metal on the surface area [4]. Identified functional groups from peaks are shown in Table 3.

### 4.4. Analysis of mild steel corrosion rate

The measuring result of corrosion rate and inhibition efficiency by using the weight loss method shows that adding extract cacao peels into corrosion medium causes the corrosion rate becoming

| Compound name               | Formula   | Retention time (min) |
|-----------------------------|-----------|----------------------|
| Quercetin                   | C_{15}H_{10}O_7 | 2.64                |
| Catechin                    | C_{15}H_{14}O_6 | 8.50                |
| Gallic acid                 | C_{15}H_{13}O_5 | 9.72                |
| Epicatechin                 | C_{15}H_{14}O_7 | 12.18               |
| Catechin                    | C_{15}H_{14}O_6 | 16.19               |
| Caffeic acid derivate       | C_{15}H_{14}N_4O | 18.48               |
| Salvianolic acid            | C_{15}H_{14}O_3 | 19.17               |
| Kaempferol 3-O-rutinoside   | C_{15}H_{14}O_5 | 19.85               |
| Procyanidin B_1             | C_{15}H_{14}O_3 | 20.8                |
| Kaempferol 3-O-(sinapoyl)-sophoside | C_{15}H_{14}O_5 | 21.72               |

Table 2. Analysis of cacao peel extract compound which has been fragmented by LC–MS.
lesser and conversely an increase in inhibition efficiency as seen in Figure 3. It was due to the larger iron surface coated with molecules on the cacao peel extract. Cacao peel extract molecules that coat the metal surface are adsorbed into the steel surface and form passive layer that protects the steel from active ion’s corrosion attack in the acid solution. Formed passive layers are derived from oxygen and functional group, which is in cacao peel extract [42–44].

Natural product extract is compounds containing atom with free electron pair and can be used to covalent coordination bond [7]. This atom is electron donor that can form complex compounds with iron existed in the mild steel. It is a stable complex compound, not easily oxidized, and coats the mild steel surface so that the corrosion can be restrained [19].

Figure 3 means that the increase of extract concentration decreases the corrosion rate and on the other hand increases its inhibition efficiency. However, the increasing time during submersion makes the corrosion rate increase as well, and decreases its inhibition efficiency on

| Cacao peel extract | Corrosion product | Functional group identification |
|-------------------|-------------------|--------------------------------|
|                   | In HCl 1.5 M without extract | In HCl 1.5 M with 2.5% cacao peel extract | |
| —                 | 668                | 1051                            | Fe–O |
| 1051              | 1020               | 1019                            | C–O (str) |
| 1400              | —                  | 1458                            | C–C=O (aromatic) |
| —                 | 1603               | 1636                            | C=O (aromatic) |
| 2359–2342         | 2363               | 3422                            | C–H (str) |
| 3385              | 3376               | 3422                            | O–H (phenolic) |

Table 3. FTIR spectra analysis of cacao peel extract, corrosion product, and its identification.

Figure 3. The effect of extract concentration on steel corrosion inhibition efficiency in HCl 1.5 M with different submersion time.
similar concentrate. It is due to the increasing time during the submersion that causes more weight loss and triggers desorption [45], so that the smallest corrosion rate and the biggest efficiency are obtained for 2-day (48-h) submersion duration by adding 2.5% extract.

In order to see the interaction in mild steel in the absence and the presence of cacao peel extract within HCl 1.5 M, temperature variation is applied starting from 303 K to 323 K. In Figure 4, it can be seen that the rate corrosion decreases where the inhibition efficiency increases by the rise of added cacao peel extract concentration. However, the corrosion rate is increasing, and inhibition efficiency is decreasing by the rising temperature. The increase of corrosion rate and the decrease of efficiency by the increasing temperature are caused by the increase of adsorption strength on high temperature or inhibitor molecule desorption occurred [46].

Constantly, inhibitor molecule adsorption and desorption have taken place on the steel surface until the balance of the two processes reached the certain temperature. The highest efficiency value is 83.91% for 2.5% extract concentration on 303 K temperature [47].

4.5. Potentiodynamic polarization method

Mild steel polarization curve on varied extract concentration in HCl 1.5 M has been extrapolated into Tafel plot as shown in Figure 5. Corrosion current value ($I_{corr}$), corrosion potential ($E_{corr}$),

![Figure 4](image1.png)

**Figure 4.** Extract concentration effect on mild steel corrosion inhibition efficiency in HCl 1.5 M of temperature variation.

![Figure 5](image2.png)

**Figure 5.** Potential Tafel plot steel polarization in HCl 1.5 M with variation of cacao peel extract concentration.
cathodic and anodic constant (b_a and b_c), and inhibition efficiency on each treatment obtained from Tafel line extrapolation are shown in Table 4 [48]. Measuring the corrosion rate by using Tafel plot began with determining the corrosion current value and corrosion potential.

Table 4 shows that the increasing extract concentration in the medium will decrease the I_corr value. The highest I_corr value is seen on the immersed sample in the medium without 2.5% additional extract, whereas the lowest I_corr value belongs to the sample with 2.5% additional extract. Comparing inhibition efficiency testing result weight loss and potentiodynamic polarization results relatively similar value.

The table shows the E_corr friction value where the lowest E_corr value belongs to medium without additional extract which is −0.28 V, and the highest with additional extract medium which is −0.20 V. This corrosion potential value friction toward more positive and negative ways indicates that the additional extract is anodic and cathodic [49, 50]. Undoubtedly, it demonstrates that cacao peel extract influences the anodic dissolution on mild steels and at the same time slows down hydrogen evolution reaction on cathode [2, 51]. This result is clearly shown that this extract is a mixed-type inhibitor [48, 52].

### 4.6. Analysis of polarization resistance

The change in value of b_a and b_c displayed in Table 4 indicates that cacao peel extract adsorption is modification of anodic dissolution and hydrogen evolution on cathodic. In Figure 5, it is obviously seen that these two cathodic and anodic reactions are inhibited, and to some extent, its inhibition process is in line with the increase of cacao peel extract concentration in acidic medium; conversely, cathodic is more polarized [53–55]. The polarization value linear resistance is measured using Stern-Geary Eq. (1) which its result can be seen in Table 4.

$$ Rp = \frac{b_a \times b_c}{I_{corr} \times 2.303 (b_a + b_c)} $$

(1)

b_a and b_c are anodic and cathodic constants.

The resistance polarization (Rp) measuring result undergoes an increase with the rise of extract concentration. This increasing polarization resistance shows that the use of cacao peel

| Cons. inhibitor (%v/v) | I_corr (mA cm⁻²) | E_corr (V dec⁻¹) | b_a (V dec⁻¹) | b_c (V dec⁻¹) | R_p (m²) | IE (I_corr) | IE (R_p) |
|------------------------|----------------|----------------|--------------|--------------|---------|------------|----------|
| Blank                  | 0.06           | −0.28          | 2.4          | 1.71         | 6.87    | —          | —        |
| 0.5                    | 0.016          | −0.27          | 2.8          | 2.3          | 34.48   | 74.81      | 80.07    |
| 1.0                    | 0.013          | −0.25          | 3.67         | 2.57         | 52.05   | 80.03      | 86.6     |
| 1.5                    | 0.0078         | −0.2           | 2.00         | 1.60         | 57.36   | 87.48      | 88.02    |
| 2.0                    | 0.007          | −0.22          | 5.25         | 2.63         | 115.26  | 89.54      | 94.04    |
| 2.5                    | 0.005          | −0.28          | 5.71         | 2.67         | 157.99  | 92.08      | 95.64    |

Table 4. Parameter of mild steel corrosion in HCl 1.5 M in the absence and the presence of cacao peel extract obtained from polarization measurement.
extract slows down electron transfer on steel surface or is capable to inhibit its oxidation reaction, so that corrosion process can be protected. It makes the steel corrosion rate decrease [53].

Positive relation between polarization resistance with extract concentration and polarization resistance with inhibition efficiency is shown in Figure 6. This figure points out the increasing of extract concentration can slow down mild steel corrosion rate. Due to the fact that the additional extract concentration, increases the polarization resistance, the transfer electron from mild steel surface to solution can be inhibited, and it makes the corrosion inhibition efficiency on the mild steel surface increase as well [55].

4.7. Electrochemical impedance spectroscopy

The result of EIS measurement for mild steel corrosion in HCl 1.5 M is recorded by Nyquist diagram as seen in Figure 7. This behavior can be related to frequency dispersion of electrode surface roughness [55]. The difference on Nyquist diagram between blanks and the presence of inhibitor is clearly seen. In the medium with additional inhibitor, there is impedance value increase on electrode interface solution, particularly Rct value [56]. The EIS measuring result in Figure 7 shows that the additional inhibitor impedes the electron transfer from the steel surface into the solution. The increase of Rct value results in the decrease of iron atoms’ oxidation process and ions’ H⁺ reduction process [8]. Electrochemical parameter on the inhibitor concentration variation can be seen in Table 5. This table clearly shows connection between Rct with inhibition efficiency and capacitance (Cdl). The increase of Ret is also followed by the increase of inhibition efficiency value [4] and in similar with the decrease of capacitance with the increase of extract concentration [48]. The capacitance value is obtained by using the following formula (2):

\[ C_{dl} = \frac{1}{2\pi f_{\text{max}} R_{ct}} \]  

where Cdl = double layer capacitance, \(f_{\text{max}}\) = maximum imaginary frequency from obtained impedance, and Rct = charge transfer resistance.

Figure 6. The effect of cacao peel extract concentration on polarization resistance and mild steel inhibition efficiency in HCl 1.5 M.
The decrease of Cdl value in Table 5 can be connected to the decrease of local dielectrical constant or the increase of layers thickness on mild steel surface due to the presence of adsorption on this surface [57, 58]. Besides that, the decrease of capacitance value might occur due to the hydro-molecule changes which adsorbed on the steel surface with cacao peel extract molecules [58]. It can be also the formation from the film layers with the interaction between inhibitor molecules and atom Fe on the mild surface which involves the chemical and physical reactions. Thus, inhibitor molecules are coating more to the active side and press the corrosion reaction with the increase of extract concentration. It causes that the charge transfer between the steel surface and solution is going to be tough and corrosion reaction is inhibited more effectively [59].

The inhibition efficiency of the cacao peel extract produced depends on the inhibitor concentration and corrosive medium used. In the graph, it can be seen that the inhibition efficiency in HCl solution can reach 96.26% (weight loss), 95.64% (IE), and 92.08 (Icorr) with 2.5% concentration of inhibitor as shown in Table 4. This happens, because the Fe-tannin complex is formed on the surface, covering the entire surface of the steel. Comparison of three methods for testing the efficiency of inhibition of polar extract of cacao peels on mild steel is shown in Figure 8.

| Inhibitor concentration (%) | Rs (Ω) | Rct (Ωcm²) | Cdl (μFcm²) | EI (%) |
|-----------------------------|-------|------------|-------------|--------|
| 0.0                         | 34.0  | 505        | 0.63        | 0.0    |
| 0.5                         | 23.0  | 850        | 0.31        | 40.9   |
| 1.0                         | 23.3  | 1680       | 0.16        | 69.94  |
| 1.5                         | 22.2  | 2435       | 0.093       | 79.26  |
| 2.0                         | 32.4  | 3259       | 0.081       | 84.50  |
| 2.5                         | 181   | 3552       | 0.075       | 85.78  |

Table 5. Relationship of extract concentration with electrochemical parameter in HCl 1.5 M medium.
4.8. Analysis of adsorption isotherm

Cacao peel extract adsorption on mild steel is characterized by using degree data of surface coating from the weight loss data obtained through experiment with the formula (3) as follow:

\[
\theta = \frac{V_0 - V_1}{V_0}
\]  

(3)

In order to obtain clear and accurate data to find out the adsorption on the mild steel surface, adsorption isotherm of Langmuir, Temkin, and Frumkin adsorption is applied. Interaction phenomena between metal surface and inhibitor can be studied from the adsorption isotherm. Those three adsorption isotherms show linear relationship between extract concentration with the adsorption occurred on the mild steel surface. This linear relationship is proven by the correlation coefficient value in Table 6 in the range of 0.90–0.97, with different time variation.

Nevertheless, the strongest relationship from one out of those three adsorption isotherms is Langmuir with the correlation coefficient reaching up to 0.97. These data indicate that the inhibitor which is used here fulfills the Langmuir adsorption isotherm rule [8, 44]. Figure 9 shows that the more the immersion time with the increase of extract concentration, the more

![Figure 8. Inhibition efficiency against concentration of extract in HCl 1.5 M.](image)

| Time (h) | Correlation coefficient (R²) |
|----------|-----------------------------|
|          | Langmuir | Temkin | Frumkin |
| 48       | 0.9587   | 0.9415 | 0.6081  |
| 96       | 0.9726   | 0.9595 | 0.5573  |
| 192      | 0.9532   | 0.9327 | 0.3340  |
| 384      | 0.9648   | 0.9447 | 0.3454  |
| 768      | 0.9531   | 0.9082 | 0.9171  |

Table 6. Correlation coefficient (R) obtained from various isotherm adsorption on varied immersion time.
the adsorption occurred on the mild steel surface. It demonstrates that the strong molecule interaction has occurred between adsorption particles and mild steel surface, where the interaction increases with the raise of added inhibitor concentration [60].

4.9. Analysis of thermodynamics

The thermodynamic data are obtained from experiment on temperature effect and adsorption isotherm. These data can complete the basic information on the interaction between cacao peel extract and steel surface. The temperature effect on steel corrosion rate is studied through HCl 1.5 M in the absence and presence of cacao peel extract at the temperature of 303–323 K. The resulted straight line represents good correlation between corrosion rate and temperature, where the increase of the temperature is followed by the increase of corrosion rate; however, there is a decrease in its inhibition efficiency. This sign explains that the film layer is formed during physical adsorption [58].

The increase on entropy value by the addition of cacao peel extract shows that the regularity degree is lower. The friction of entropy value to positive way indicates that complex is formed on certain level, and causes the regularity degree becoming higher. This formed complex will impede the corrosion rate on metal surface [52]. The thermodynamic data in Table 7 are strengthening the conclusion made that cacao peel extract can act as the corrosion inhibitor. The regularity degree or entropy change (ΔS) is obtained by applying the following formula (4):

\[
\Delta G = \Delta H - T\Delta S
\]

4.10. Analysis of surface morphology

Analysis of mild steel surface and the forming of passive layer on its surface in HCl 1.5 M in the absence and the presence of cacao peel inhibitor is studied by using SEM scaled up 2000× as seen in Figure 10.
Figure 10a shows the surface morphology from steel sample where fine lines in white color can be seen and it is relatively thin due to the effect of grindstoning and sanding on the mild steel surface. It is also seen that the surface is still flat, clean, and impermeable and yet has holes. Figure 10b is where corrosion product formed and the holes obviously seen and marks that there has been damage occurred on the surface. However, Figure 10c, in the presence of cacao peel extract, points out that it minimizes corrosion product and holes on the steel surface by forming passive layers on the surface. This layer becomes barrier on the corrosive ion attack on mild steel surface so that the electrochemical reaction is slowing down, and eventually the corrosion rate is decreasing as well [43, 56].

Analysis of C and Fe elements on mild steel surface in HCl 1.5 M which have been immersed for 32 days in the absence and presence of cacao peel extract is studied by applying SE-EDX. The element recapitulation is represented in Table 8. Referred to this table, the percentage of C element decreases by the presence of cacao peel extract, from 0.3% becoming 16.90%. This percentage of C element points out that this atom C of cacao peel extract molecules is adsorbed on the steel surface forming passive layers on the mild steel surface. Meanwhile, the percentage of atom on Fe element decreases by the presence of cacao peel polar extract, from 98.79% becoming 37.43%.

The data presented explain that Fe forms complex compound with cacao peel polar extract, so the percentage of detected Fe atom becomes smaller. Whereas, the Oxygen (O) element which in the beginning has not been detected yet, then by the adding of cacao peel extract can be

| Indicator | Ea (kJ/mol) | ΔH (kJ/mol) | ΔG (kJ/mol) | ΔS (kJ/mol) |
|-----------|------------|-------------|-------------|-------------|
| Blank     | 142.3782   | 217.6073    | —           | 0.32        |
| Blank + inhibitor | 198.8048 | 196.1433 | −19.89      | 0.58        |

Table 7. Kinetic and thermodynamic parameters of mild steel with and without cacao peel extract in HCl 1.5 M.
detected with low percentage. Then, there is an increase in percentage of oxygen up to 63.54% due to being immersed in corrosive medium HCl 1.5 M, quickly formed the oxide by the attack of corrosive ions of HCl. Nevertheless, by the help of polar inhibitor cacao peel extract, this corrosive ion attack can be blocked by forming passive layers in the form of metal organocomplex on the mild steel surface, because of the decrease of corrosion rate and lesser oxide been formed which is represented by O percentage becoming 44.89% [2, 50, 54].

4.11. Analysis of mechanical properties

The testing result of hardness and tensile on mild steel is represented in Figure 11. This hardness and tensile states an increase by the raise of added extract concentration. It is supported by the testing data of hardness, which shows that the increase of extract concentration adds the hardness on mild steel surface. Therefore, it causes the raise of the steel resistance and decreases corrosion rate due to the higher amount of extract adsorbed on its surface.

These data exhibit that the higher the extract concentration, the wider the mild steel surface which is coated by cacao peel extract. This extract is chemically adsorbed onto the mild steel surface and forms thin film layer that is difficult to be damaged [22]. The amount of extract adsorbed onto the surface is clearly determined by the SEM–EDX testing result as seen in Table 7. On contrary, the increase of surface hardness decreases corrosion rate and increases efficiency, and this connection is shown in Figure 3 [61]. The increase of carbon level on mild steel surface does not only raise the hardness but also improve surface coating degree [62, 63]. The relationship of these four mechanical properties is expressed in Figure 11.

4.12. Corrosion inhibition mechanisms

Inhibitor molecules on mild steel surface occurred because of the presence of adsorption. This adsorption is due to the adhesion force between inhibitor and mild steel surface. Inhibitor molecule adsorption on mild steel surface produces thin film layer which can impede corrosion rate. In this case, polar extract inhibitor of cacao peels formed thin layer on the surface which can function as the control of the corrosion rate by making separator between the steel and corrosion media [64]. The process of cacao peel extract adsorption on mild steel surface will occur on functional group [22], where the mechanism can be seen in Figure 12.
The adsorption result expresses that the higher the added inhibitor concentration, the more the metal part which is coated by corrosion inhibitor molecules. The bond occurred during the inhibitor adsorption process on the mild steel surface indicates as coordination covalent bond which involves chemical adsorption. It can be seen that from the struggle to omit the layer and in coherence with perceived enthalpy change value (ΔH) is higher than that with the absence of inhibitor [65].

The mechanism occurred on mild steel surface can be expressed on the basis of adsorption process and constituent structure that is present in the extract. The inhibit process might appear due to the presence of phytochemical constituent adsorption through oxygen atom and/or nitrogen atom on metal surface [22]. Possibly, this complex is absorbed into steel surface through Van der Waals force to form the protection layer in order to prevent the steel from corrosion [66]. Several major constituents of its extract are catechin, kaempferol, gallic acid, procyanidin, and tannin, which are shown in Figure 13. Inhibitor effective performance depends on phytochemical constituent measurement of cacao peel extract where its area is wider than the metal surface; so it can minimize the corrosion [2, 22].

Adding cacao peel extract into the solution is highly effective in order to reduce the chloride acid attack on mild steel surface, as compared to other plant extracts as can be seen in Table 1.
This can be seen from its ability to inhibit on the surface of mild steel greater than other inhibitors at concentrations that are not too different and the same media corrosive hydrochloric acid.

5. Conclusions

By and large, of all researches conducted, it can be concluded that:

1. Cacao peel extract can function as appropriate corrosion inhibitor for mild steel in HCl 1.5 M.
2. GC–MS and LC–MS testing results shows that cacao peel extract contains of many active compounds. These functional group compounds have been confirmed by FTIR test containing heteroatom group which takes a part in corrosion inhibition through coordination covalent bond on mild steel surface.
3. Significantly mild steel corrosion rate decreases by the addition of cacao peel extract. On the contrary, inhibition efficiency increases by the increase of extract concentration up to 2.5%. Even though the efficiency decreases with the raise of work temperature, it is considered high enough reaching the temperature of 323 K. Adding cacao peel extract into the solution is highly effective in order to reduce the chloride acid attack on mild steel surface.
4. Through potentiodynamic measurement and impedance measurements that adding the inhibitor indicate inhibits electron transfer from mild steel surface into solution, so that both oxidation process of iron atoms and reduction process of H$^+$ ion decrease. Has been determined that the inhibitor extract of cacao peel in HCl are mixed-type with dominant as cathodic inhibitor.
5. Inhibition mechanism between extract and mild steel surface is studied through the interaction between isolated electron pair functioning as donor ion and mild steel surface functioning as acceptor, so that coordination covalent bind formed.
6. Cacao peel extract is chemically adsorbed into mild steel surface by forming Fe-organometallic layer on the surface referring to Langmuir isotherm adsorption rules. The adsorption occurred on this mild steel surface influences mechanical properties of hardness and tensile, so it can restore the mechanical properties which has been attacked by corrosion.

Acknowledgements

The first author thanks to Ministry of Education, Republic of Indonesia, for Hibah Fundamental Research Grant II No. DIPA 041/PL.1.4/LT/2016.

Author details

Yuli Yetri*, Gunawarman1, Emriadi3 and Novesar Jamarun3
*Address all correspondence to: yuliyetriyetri@gmail.com

1 Mechanic Department of Padang State Polytechnic, Padang, West Sumatera, Indonesia
2 Mechanic Department, Faculty of Engineering, Andalas University, Padang, West Sumatera, Indonesia
3 Chemistry Department, Faculty of Mathematic and Natural Science, Andalas University, Padang, Indonesia

References

[1] Vinod KP, Narayanan Pillai MS, Rexin Thusnavis G. Pericarp of the fruit of Garcinia Mangostana as corrosion inhibitor for mild steel in hydrochloric acid medium. Portugaliae Electrochimica Act. 2010;28:373-383
[2] Ostovari A, Hoseinieh SM, Peikari M, Shadizadeh SR, Hashemi SJ. Corrosion inhibitor of mild steel in 1 M HCl solution by henna extract: A comparative study of inhibition by henna and its constituents (Lawsone gallic acid, glucose and tannic acid). Corrosion Science. 2009;51:1935-1949
[3] Kesavan D, Gopiraman M, Sulochana N. Green inhibitor for corrosion of metals. Chemical Science Review and Letters. 2012;1(1):1-8
[4] Okafor PC, Ikpi ME, Uwah IE, Ebenso EE, Ekpe UJ, Umoren SA. Inhibitory action of Phyllanthus Amarus extracts on the corrosion of mild steel in acidic media. Corrosion Science. 2008;50(8):2310-2317
[5] Umoren SA, Eduok UM, Solomon MM, Udoh AP. Corrosion inhibitor by leaves and stem extracts of Sida acuta for mild steel in 1M H$_2$SO$_4$ solutions investigated by chemical and spectroscopic techniques. Arabian Journal of Chemistry. 2011

[6] Rani ABE, Basu BBJ. Green inhibitors for corrosion protection of metals and alloys—An overview. International Journal of Corrosion. 2012;10(1):1-15

[7] Okafor PC, Ebenso EE, Ekbe UJ. Azadirachta indica extract as corrosion inhibitor for mild steel in acidic medium. International Journal of Electrochemical Science. 2010;5:978-993

[8] Lebrini M, Robert F, Ross C. Alkoloids extract from Palicourea Guianensis plant as corrosion of C38 steel in 1 M hydrochloric acid medium. International Journal of Electrochemical Science. 2011;6:5357-5371

[9] Quraishi MA, Singh A, Singh VK, Yadav DK. Green approach to corrosion inhibitor of mild steel in hydrochloric acid and sulphuric acid solutions by the extract of Murayya Koeniggi leaves. Materials Chemistry and Physics. 2010;122(1):114-122

[10] Obi-Egbedi NO, Obot IB, Umoren SA. Spondias Mombin L. as a green corrosion inhibitor for aluminium in sulphuric acid: Correlation between inhibitive effect and electronic properties of extracts major constituents using density functional theory. Arabian Journal of Chemistry. 2010;5(3):361-373

[11] Inzunza RG, Salas B’ı V, Kharshan R, Furman A, SchorrWienner M. Interesting behavior of Pachycormus discolor leaves ethanol extract as a corrosion inhibitor of carbon steel in 1M HCl: A preliminary study. International Journal of Corrosion. 2012;2012:1-8

[12] Saratha R, Priya SV, Thilagavathy P. Investigation of Citrus Aurantiifolia leaves extract as corrosion inhibitor for mild steel in 1 M HCl. E-Journal of Chemistry. 2009;6(3):785-795

[13] Kasthuri PK, Arulantham A. Eco-friendly extract of Euphorbia Hirta as corrosion inhibitor on mild steel in sulphuric acid. Asian Journal of Chemistry. 2010;22(1):430-434

[14] Ekanem UF, Umoren SA, Udousoro SA, Udoh AP. Inhibition of mild steel corrosion in HCl using pineapple leaves (Ananas Comosus L.) extract. Journal of Materials Science. 2010;45:5558-5566

[15] Sharma MK, Arora P, Kumar S, Mathur SP, Ratnani R. Inhibitive effect of Prosopis Cineraria on mild steel in acidic media. Corrosion Engineering Science and Technology. 2008;43(3):213-218

[16] Hussin MH, Kassim MJ. Electrochemical, thermodynamic and adsorption studies of (+)-catechin hydrate as natural mild steel corrosion inhibitor in 1 M HCl. International Journal of Electrochemical Science. 2011;6:1396-1414

[17] Garg U, Tak RK. Inhibition of the corrosion of mild steel in acid media by naturally occurring Acacia senegal. E-Journal of Chemistry. 2010;7(4):1220-1229

[18] Afia L, Salghi R, Bazzi EH. Argan hulls extract: Green inhibitor of mild steel corrosion in 1 M HCl solution. Research on Chemical Intermediates. 2012;10(7):1708-1717
[19] Shyamala M, Arulanantham A. Corrosion inhibition of Centella asiatica (Vallarai) on mild steel in hydrochloric acid. Asian Journal of Chemistry. 2009;21(8):6102-6110

[20] Gulsen A. Corrosion inhibition of mild steel by *Laurus nobilis* leaves extract as green inhibitor. Research Chemical Intermediates. 2011;10(7):451

[21] Gunavathy N, Murugavel SC. 2012, Corrosion inhibition studies of mild steel in acid medium using Musa Acuminata fruit peel extract, E- Journal of Chemistry, vo. 9, no. 1, pp. 487-495

[22] Leelavathi S, Rajalakshmi R. Dodonaea Viscosa (L.) leaves extract as acid corrosion inhibitor for mild steel as green approach. Journal of Material and Environment Science. 2013;4(5):625-638

[23] Yetri Y, Sukatik. Green inhibitor for mild steel in acidic solution by using crude extract and polar extract of cacao peels, Oriental Journal of Chemistry. 2017;33(3):1550-15541

[24] Julia Witjaksono, Asmin. Cocoa farming system in Indonesia and its sustainability under climate change. Agriculture, Forestry and Fisheries. 2016;5(5):170-180

[25] Sustainable Cocoa Production Program Indonesia. Annual Report Swisscontact; 2013

[26] Sastri VS. Adsorption in Corrosion Inhibition, Green Corrosion Inhibitor. Winston Revie, Canada; 2011. pp. 103-105

[27] Ahmad Z, Patel F. Development of novel corrosion techniques for a green environment. International Journal of Corrosion. 2011;10:1-8

[28] Noor EA. Temperature effects on the corrosion inhibition of mild steel in acidic solutions by aqueous extract of fenugreek leaves. International Journal of Electrochemical Science. 2007;2:996-1017

[29] Rosales BM, Vera R, de Rincon OT, DiSarli A, Valenzuela JAR, Tidblad J. Atmospheric corrosion. International Journal of Corrosion. 2012;10:1-3

[30] Obot IB, Ebenso EE, Obi-Egbedi NO, Afolabi AS, Gasem ZM. Experimental and theoretical investigations of adsorption characteristics of itraconazole as green corrosion inhibitor at a mild steel in hydrochloric acid interface. Research Chemical Intermediates. 2012;38:1761-1779

[31] Hussin MH, Kassim MJ. Electrochemical studies of mild steel corrosion inhibition in aqueous solution by Uncaria Gambir extract. Journal of Physical Science. 2010;21(1):1-13

[32] Schweitzer PA. Fundamental of Corrosion Mechanisms, Cause, and Preventive Methods. America: CRC Press; 2010. pp. 116-140

[33] Okuda T, Ito H. Tannin of constant structure in medical and food plant, hydrolyzable tannins and polyphenol related to tannins. Journal of Moleculer Structure. 2011;16:2191-2217

[34] Hii CL, Law CL, Suzannah S, Misnawi, Cloke M. Polyphenols in cocoa (*Theobroma Cacao* L). Asian Journal of Food Agriculture Industry. 2009;2(4):702-722
[35] Alemano L, Ramos T, Gargadenec A, Andary C, Ferriere N. Localization and identification of phenolic compounds in *Theobroma cacao* L somatic embryogenesis. Annals of Botany. 2003;92:613-623.

[36] Osman H, Nasarudin R, Lee SL. Extracts of cocoa (*Theobroma cacao* L.) leaves and their antioxidation potential. Food Chemistry. 2004;8(6):41-46.

[37] Helmestein AM. Theobromine Chemistry: Theobromine is Chocolates. 2010. Taken from: http://chemistry.about.com/old/factsstructures/a/theobrominechemistry.htm.

[38] Chung BY, Ilyama K, Han K-W. Compositional characterization of cacao (*Theobroma Cacao* L) hull. Agriculture Chemical Bioethanol. 2003;46(1):12-16.

[39] Callister WD, Rethwisch DG. Material Science Engineering an Introduction. 9th ed. New York: Wiley & Son; 2013.

[40] Andujar I, Recio MC, Giner RM, Rios JL. Cocoa polyphenol and their potential benefits for human health, oxidative medicine and cellular longevity. Hindawi Publishing. 2012;2012:23. Article ID 90625. DOI: 10.1155/2012/906252.

[41] Kim H, Keeney PG. Method of analysis for (−) epicatechin in cocoa beans by HPLC. Journal of Food Science. 1983;48(2):548-551.

[42] Singh MR. A green approach: A corrosion inhibition of mild steel by *Adhatoda vasica* plant extract in 0.5M H$_2$SO$_4$. Journal of Material Environment Science. 2013;4(10):119-126.

[43] Vatshala, Pawethra MK, Nayana KO, Vermetesha TV. Synergetic effect of halide ions on improving corrosion inhibitor behavior of benzo thiozo-3-piperizim hydrochloride on mild steel in 0.5M H$_2$SO$_4$ medium. Corrosion Science. 2010;32(11):3811-3819.

[44] Znini M, Cristofari G, Majidi L, Ansari A, Bazyunzer A, Paolini J, Costa J, Hammouiti B. Green approach to corrosion inhibition of mild steel by essential oil leaves of *Astericus graveolus* (Forsk.) in sulphuric acid medium. Corrosion Science. 2012;3959-3981.

[45] Satapathy AK, Gunasekaran G, Sahoo SC, Amit K, Rodrigues PW. Corrosion inhibition by *Justicia gendarussa* plant extract in hydrochloric acid solution. Corrosion Science. 2009;51(12):2848-2856.

[46] Phongying S, Aiba A, Chirachanchai. Direct chitisan nanoscaffold formation via chitin whiskers. Polymer. 2007;48(2):593-400.

[47] Yetri Y, Emriadi NJ, Gunawarman. Corrosion inhibitor of mild steel by polar extract of *Theobroma* Cacao peels in hydrochloric acid solution. Asian Journal of Chemistry. 2015;27(3):875-881.

[48] Mohanty US, Lin KL. Potentiodynamic polarization measurement of Sn–8.5Zn–XAl–0.5Ga alloy in 3.5% NaCl solution. Journal of Electrochemical Science. 2006;153(8):B319-B324.
[49] Amin MA, Sayed S, Abd E-R, El-Sherbini EEF, Bayoumi RS. The inhibition of low carbon steel corrosion in hydrochloric acid solution by succinic acid (part I, weight loss, polarization, EIS, PZC, EDX and SEM studies). Electrochemical Acta. 2007;52:3588-3600

[50] Vishnudevan M. Mitigation of mild steel corrosion in acidic solution using inhibitor. E-Journal of Chemistry. 2011;8(1):53-60

[51] Abo EOM. Novel corrosion inhibition for carbon steel alloy: Synthesis and characterization. Tikrit Journal of Pure Science. 2006;11(1):1-6

[52] Cang H, Fei Z, Shao J, Shi W, Xu Q. Corrosion inhibition of mild steel by aloes extract in HCl solution medium. International Journal Electrochemical Science. 2013;8:720-743

[53] Afolabi AS. Corrosion and stress corrosion behaviors of low and medium carbon steels in agro-fluid media. Leonardo Electronic Journal of Practices and Technologies. 2007;10:55-66

[54] Yetri Y, Emriadi NJ, Gunawarman. Corrosion behavior of environmental friendly inhibitor of Theobroma cacao peels extract for mild steel in NaCl 1.5M. Environment Asia. 2016;9(1):45-59

[55] Chauhan LR, Gunasekaran G. Corrosion inhibition of mild steel by plant extract in dilute HCl medium. Corrosion Science. 2007;49:1143-1161

[56] Dang Nam N, Mathesh M, Hinton B, Mike JYT. Rare earth 4-hydrocinnamate compounds as carbon dioxide corrosion inhibitors for steel in sodium chloride solution. Journal of Electrochemical Science. 2014;161(12):C527-C534

[57] Hui X, Min G, Xuan ZY, Qin W, Rong HB. Corrosion inhibition and mechanism of mild steel in hydrochloric acid by centriaxone and amoxicill. SCIENCE CHINA Chemistry. 2011;54(9):1529-1536

[58] De Souza FS, Goncalves RS, Spinelli A. Assessment of caffeine adsorption onto mild steel surfaces as an eco-friendly corrosion inhibitor. Journal Brazil Chemistry Society. 2014;25(1):81-90

[59] Cruz J, Martinez R, Genesca J, Garcia J. Experimental and theoretical study of 1-(2-ethylamino)-2-methylimidazoline as an inhibitor of carbon steel in acid media. Journal of Electroanalytical Chemistry. 2011;566:111-121

[60] Nahle A, Abu-Abdoun I, Abdel-Rahman I, Al-Khayat M. UAE neem extract as corrosion inhibitor for carbon steel in HCl solution. International Journal of Corrosion. 2010;10:1-9

[61] Gunawarman, Yetri Y, Emriadi NJ, Ken-Cho MN, Niinomi M. Effect of polar extract of cocoa peels inhibitor on mechanical properties and microstructure of mild steel exposed in hydrochloric acid. Applied Mechanics and Materials. 2015;776:193-200

[62] Singh MR. A green approach: A corrosion inhibition of mild steel by Adhatoda Vasica plant extract in 0.5M H2SO4. Journal of Material Environment Science. 2013;4(10):119-126
[63] Afolaby AS. Corrosion and stress corrosion behaviors of low and medium carbon steel in agro-fluid media. Leonardo Electronic Journal of Practices and Technologies. 2007;10:55-66

[64] Gerengi H, Sahin HI. Shinopsis lorentzii extract as a green corrosion inhibitor for low carbon steel in 1 M HCl solution. Industrial Engineering Chemical Research. 2011;51:780-787

[65] Yetri Y, Emriadi, Novesar J and Gunawarman, 2016, Inhibitory action of Theobroma Cacao peels extract on corrosion of mild steel in different media, Rasayan Journal of Chemistry, vol. 9, no. 4, pp. 716-727

[66] Li X, Deng S, Hui F. Inhibition of the corrosion of steel in H2SO4 solution by bamboom leaf extract. Corrosion Science. 2012;62:163-175
